NH 2 O LAH (2.5 eq) anhyd. THF NH 2 Cl O NH 4 OH (25%vol.) dry DCM 0 o C to RT over-night
. 1 H-NMR of 11-undecene in CDCl 3 . Scheme 1S. Synthesis of 11-amino undecene. Figure 2S . 13 Seite 1 von 1 Figure 4S . 13 C-NMR of NCA(Z) in DMSO-d 6 . Figure 5S . ESI-ToF MS of NCA(Z). Figure 6S . AT-IR spectra of NCA(Z).
N-carboxyanhydride of N-trifluoroaceticacid-L-Lysine, NCA(TFA)
N Ɛ -trifluoroacetyl-L-lysine (10.00 g, 41.29 mmol) and α-pinene (11.81 g, 86.71 
CD spectroscopy analyses of oligomers
The measured CD data were reported as ellipticity (θ) [mdeg] . The molar ellipticity ([θ]) [deg cm 2 dmol -1 ], was obtained according to the Equation 1S stated below:
where, c is the concentration of the sample polymer (mg/mL), l is the UV-cuvette cell diameter (0.1 cm) and M repeating unit is the molecular weight of the repeating unit of the polymer (g/mol).
The percentage values of the α-helicity of the samples were calculated with Equation 1. 20 Figure 38S . TEM image of f14 in TFE. Figure 39S . TEM image of f15 in TFE. Figure 40S . TEM image of f25 in TFE.
TEM analyses of various samples

